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Abstract. We have investigated the magnetic properties of low-indexed iron surfaces
and the inﬂuence of the chemical environment on these properties. We considered the
(100), (110), (111), (211), and (310) surfaces, both, bare and with ligands adsorbed.
The ligands were chosen according to possible chemical environments, being H, Cl, HCl,
NH3, NH4Cl, or CH3COOH. We ﬁnd an increased magnetization at all bare surfaces.
Upon H adsorption the magnetization is generally reduced, but still above the bulk
value. All other ligands and dissociated parts of them alter the magnetic properties of
the surfaces only weakly. Our calculations do not indicate that ligands are responsible
for experimental observations of Fe nanoparticles with average magnetizations below
the bulk value.
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1. Introduction
Magnetic nanoparticles (NP) belong to the group of nanostructured materials which offer
a wide range of possible applications in different fields, such as spintronics, catalysis,
or medicine. [1–5] They are of special interest in the medical treatment of cancer in
so-called hyperthermiae. [6,7] In this context a high magnetic moment (m) per NP and,
therefore, a high m per atom are desirable.
Iron is of special interest as a material for NP due to its relatively moderate cost
and bio-degradability. More importantly, it offers favorable magnetic properties such
as a large atomic magnetic moment and strong magnetic interaction, which enable
stable magnetic nanosystems and their accessibility and efficient manipulation even at
very small scales. The magnetic properties of iron NP have, therefore, been studied
intensively throughout the last years. [8] In particular, it has been verified for pure Fe
clusters consisting of only few up to several hundreds of atoms experimentally [9,10] as
well as theoretically [11–14] that pure iron NP have, in average, an increased atomic
m which converges to the bulk value for increasing cluster sizes. The high m can be
explained by the reduced coordination number (NC) of the atoms at the surface. [15]
Furthermore, the magnetic coupling between the atoms is largely ferromagnetic. [10,14]
However, since pure iron is very reactive, the surface of a pure NP will, depending on
its surroundings, be quickly polluted by atoms or molecules. Therefore, it is important
to investigate the influence of the chemical environment on the magnetism.
One possibility to prevent unwanted adsorption is coating with noble metals, oxides,
or other surfactants. [5] Such treatment, however, alters the properties of the NP, and
experiments show that the average magnetization is lowered below the bulk value of
2.21 µB. [16,17] Aside from that, depending on the specific method, the NP may already
get into contact with other materials during the preparation, which is the case for the
synthesis of iron NP involving the decomposition of organometallic compounds. [7,18–21]
It has indeed been observed that chemically synthesized Fe NP have magnetizations
slightly below the bulk value, [7,18,19] although, as stated above, it would be expected
that the contrary is the case, i.e. a NP magnetization higher than in bulk Fe. Such
chemical synthesis reactions are likely to involve the presence of nitrogen, chlorine, and
hydrogen and their compounds.
In order to obtain results that are applicable to a large variety of shapes and sizes of
NP it is reasonable to not study adsorption at the NP directly, but to rather investigate
the effect of ligands on infinitely extended Fe surfaces. This holds especially for NP of
dimensions of several nm, i.e. such showing facets with large surface areas. This is the
case for a large part of different synthesis processes [5, 7, 16, 22] and applications [5, 17]
of NP, where the chemical environment and ligand effects may play an important role,
and it outweighs the drawbacks of neglecting the effects of edges and corners.
Here we present first principles electronic structure calculations on the five low-
index Fe surfaces that have the lowest surface energies according to previous theoretical
studies. [15] These surfaces are the (100), (110), (111), (211), and (310). As ligands
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we chose H, Cl, HCl, NH3, NH4Cl, and CH3COOH, since these species are likely to
be present during the synthesis of NPs in mild conditions. The respective adsorption
geometries are illustrated in the supplemental information. A profound discussion
on the adsorption behaviour of these compounds on the different facets, considering
thermodynamic and vibrational effects, is given elsewhere. [23] In the present work we
have studied the magnetic moment distribution of the five mentioned, bare surfaces and
have investigated the influence of the chemical environment on the respective surface
magnetization.
The paper is structured as follows. In Section 2 we give details on the parameters
and the setup used for the electronic structure calculations as well as information on
the theoretical concepts used to analyze the results. All results are then presented and
discussed in Section 3. The paper closes with a summary.
2. Theoretical Details
2.1. Electronic Structure Calculations
We performed density functional theory (DFT) [24, 25] calculations in the generalized
gradient approximation (GGA) in the Perdew-Burke-Ernzerhof (PBE) parametrisation
[26]. This was done within the Vienna ab initio simulation package (VASP) [27, 28]
using the projector augmented wave method. [29] The energy cut-off was chosen to be
400 eV.
For the determination of the minimum energy Fe bulk lattice constant amin we used
a bcc Fe unit cell and a k-mesh of 20 × 20 × 20 points in the full Brillouin zone. Our
value of 2.84 A˚ for amin agrees well with the experimental [30] value of 2.87 A˚ and also
with those from previous theoretical investigations. [15,31] Furthermore, the agreement
between the calculated bulk magnetic moments per Fe atom is very good as well, being
mbulk = 2.21 µB in our work and, for example, 2.20 µB in Reference [15].
The surfaces were modelled using 2 × 2 surface unit cells with a slab thickness
of 9 monolayers (ML), resulting in 36 Fe atoms per cell; for the (310) surface 11 ML
were used resulting in 44 Fe atoms. The cell sizes in z-direction have been carefully
checked to avoid spurious interaction between the periodic slab images. This resulted
in a vacuum region between the slabs larger than 16 A˚ for all five surfaces. We used a
k-mesh of 6×6×1 points for structural relaxation and of 9×9×1 points for the precise
calculation of the total energy of the relaxed structures, the magnetic properties, and the
atomic Bader charges. [32, 33] The expansion of the plane waves was cut off at 400 eV.
For the calculation of the isolated ligands a cubic cell of dimensions 20× 20× 20 A˚3 and
a 2× 2× 2 k mesh were used.
The central three (five in case of (310)) ML were kept fixed at the minimum
energy lattice amin constant. The geometric relaxation of the three outmost MLs of the
surface cells was done applying the residual minimization method, [34] where structural
convergence was assumed to be achieved when the forces acting on all atoms were less
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than 0.02 eVA˚−1.
For all investigated ligands we tested several high symmetry positions on each
surface as adsorption sites. They are illustrated in Figure 1. In addition to the position,
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Figure 1. Top views of the ﬁve investigated 2× 2 surface cells. The Fe atoms in the
ﬁrst (black), second (dark grey), third (light grey), and deeper (white) MLs are shown
with the possible high symmetry adsorption sites of each surface (small white). These
are: 1(a) B – bridge, H – hollow, T – top; 1(b) 3f – (quasi) 3-fold hollow, Lb – long
bridge, Sb – short bridge, T – Top; 1(c) B13 – bridge between Fe in 1st and 3rd layer,
Qf – quasi four-fold, Qt – quasi three-fold, T1 (T2, T3) – on top of Fe in the 1st (2nd,
3rd) ML, Tsb – top-shallow bridge; 1(d) H – hollow, Lb – long bridge (between 1st
ML Fe atoms), Qt – quasi 3 fold hollw, Sb – short bridge, Sb2 – short bridge between
2nd ML, T – top; 1(e) Lb1 – long bridge between 1st ML Fe, Qf – quasi four-fold, Qt1
(Qt2) – quasi three-fold with two Fe atoms of 1st (2nd) ML, Sb1 (Sb2) – short bridge
between 1st (2nd) ML Fe, T1 (T2) – top of 1st (2nd) ML Fe.
the number n of ligand atoms or molecules per 2×2 surface cell was used as a parameter
as well. Eventually, for each surface and ligand, the specific n = n0 and the adsorption
sites minimizing the surface energy of the specific system were further evaluated with
respect to their magnetic properties. Note that different numbers of adsorbed ligands
on the surfaces result in different concentration values since the surface area of each
surface cell differs from the other, as indicated in Figure 1. The values are listed in
Table 1.
2.2. Surface Energies
In order to discuss the magnetic properties of any system it is necessary to study the
configurations that are physically meaningful. In the present case this means that the
investigated Fe surfaces, bare or decorated, must be stable by thermodynamical means.
The criterion for the stability of each surface is the surface energy γhkl, where hkl
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denotes the respective Miller index. For a bare surface it is necessary to calculate the
total energy ENhkl of the Fe slab consisting of N Fe atoms, and the total energy of one
Fe atom in the bulk phase, Ebulk. The γ
0
hkl, where the upper index 0 refers to the bare
surface, are then obtained via
γ0hkl =
1
2Ahkl
(
ENhkl −NEbulk
)
, (1)
where Ahkl is the surface area and the factor 1/2 corresponds to the fact that the slab has
two surfaces. Note that this definition is formally valid only at zero Kelvin. However,
since the Fe atoms remain in the condensed phase throughout the investigated process,
it can be assumed that effects resulting from finite temperatures cancel out and, thus,
that Equation (1) can be extended to finite temperatures. [35]
For a surface hkl dressed by n ligands L the surface energy is defined as
γhkl = γ
0
hkl +
∆aGhkl,nL(T, p)
2Ahkl
. (2)
Here, ∆aGhkl,nL(T, p) is the Gibbs free energy of adsorption of n ligands L on the
surface (hkl), i.e. of the reaction (hkl) + nL → nL ∗ (hkl). It contains the electronic,
thermodynamic and vibrational contributions to the energy. [23] In the case of zero
Kelvin and no pressure, the latter two equal zero and only the electronic contributions
are considered, resulting in
∆aGhkl,nL(T, p) = Eads = EnL∗(hkl) − E(hkl) − nE
el
L . (3)
Eads is called adsorption energy and E
el
L represents the chemical potential of the isolated
ligands L, obtained as described in Section 2.1. Note that for the calculation of
the contribution of one Cl atom, EelCl(0, 0), we evaluated the difference E
el
HCl(0, 0) −
1/2EelH2(0, 0). We assume that HCl is the only source of Cl atoms.
Neglecting temperature and vibrational effects leads to rather rough estimates
for the surface energies and may result in too low minimum energy coverage values.
However, with the purpose of the present paper being the study of magnetic properties,
the γhkl are, firstly, used to indicate possible energetical preferrences of certain
facets and, secondly, to mark maximum coverage values for the ligands. The first
can be expected not to be considerably affected by thermodynamic and vibrational
contributions. Regarding the second issue, since ignoring of the thermodynamic and
vibrational effects lowers surface energies, [23] one will in the worst case consider
configurations with too many adsorbed ligands. This, however, will not affect observed
trends and results for the thermodynamically meaningful values. For a comprehensive
discussion of the adsorption behaviour of the investigated ligands at finite temperatures
we refer the reader to our previous paper. [23]
2.3. Magnetic Properties
The most intuitive quantity describing the magnetic properties is the atomic moment m
located at each atom. In order to estimate the increase of m for each surface, we have
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calculated the total additional moment induced at the surface, with respect to the bulk
value, by the three topmost layers. The choice of the three top layers is reasonable as it
is those that were allowed to relax and as they contain the major contributions to the
surface magnetization. The increase is defined via
∆m13 =
nFe∑
i=1
(
mi1 +m
i
2 +m
i
3
)
− 3nFembulk , (4)
where nFe is the number of Fe atoms per layer in the slab ( nFe = 1 (4) in case of the
1× 1 (2× 2) surface cell) and mi1,2,3 is the magnetic moment of the i-th Fe atom in the
first, second, or third layer, respectively.
Only for comparison we have as well estimated the total increase ofm by calculating
the additional moment induced at the whole surface,
∆msurf = m
tot
surf − nFembulk . (5)
In Equation (5) mtotsurf is the total moment in the considered surface cell and nFe
the number of respective Fe atoms in that cell. Note that Equation (5) implicitely
includes the magnetic moment of the ligands, which, however, is smaller than 0.15 µB
in all adsorbed configurations and, furthermore, identical zero in all cases of isolated
molecules. Note as well, that compared to ∆m13, the convergence of ∆msurf with
respect to the number of layers is slow, in particular for the more open (111) and
(310) surfaces. [15] We have, therefore, used ∆msurf of Equation (5) only by means of
verifying the results of ∆m13 of Equation (4). By doing so, all trends presented in the
following sections are confirmed.
3. Results and Discussion
3.1. Bare Surfaces
The calculation of the surface energies of the bare surfaces γ0hkl, Equation (1), yields
results that are in very good agreement with previous theoretical works. [15, 36, 37]
As expected [15] the magnetic moment of the Fe atoms near the surface is enhanced,
compared to the bulk value of mbulk = 2.21 µB per atom. This holds for all surfaces
investigated, as shown in Table 1. The difference of the surface atomic m in dependence
on the depth of the respective atom is shown in Figure 2. A strong increase of m1,
the moment at the topmost layer atom, can be observed for all surfaces, which is in
agreement with previous results. [15] Furthermore, the numerical values for m1, given
in Table 1, are within around 1 % identical to those of Reference [15]. Table 1 shows as
well, that the increase of m1 is indirectly related to NC of the topmost Fe atom, a fact
that has as well already been observed. [11,15] Although the differences between the m1
in the (100), (111), and (310) case are only small, it is interesting to note that there is a
relation between m1 and the distance of the topmost Fe and its nearest neighbours (NN)
after relaxation, namely that m1 increases with distance: 2.84 µB < 2.88 µB < 2.94 µB
with 2.35 A˚ < 2.38 A˚ < 2.45 A˚ for the (111), (310), and (100) cases, respectively.
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Figure 2. Diﬀerence between the atomic magnetic moment of the 5 topmost layers of
each investigated bare surface and the bulk value of iron, indicated by the dotted line.
Table 1. Surface energies γ0
hkl
, corresponding surface areas A, and magnetic moment
m1 of the topmost Fe atom. The coordination number NC , i.e. number of nearest
neighbors, explains well the diﬀerent quantities of m1. Shown as well are the
enhancement ∆m13 of the magnetic moment at the surface per Fe atom, with respect
to the bulk value, and the resulting magnetization density increase ∆m13/A.
hkl (100) (110) (111) (211) (310)
γ0
hkl
[ J/m2] 2.47 2.41 2.65 2.56 2.50
Ahkl [ A˚
2] 32.29 22.83 55.92 39.54 51.05
m1 [ µB ] 2.94 2.60 2.84 2.78 2.88
NC 4 6 4 5 4
∆m13 [ µB ] 0.85 0.38 0.76 0.79 1.12
∆m13/A [ µB/A˚
2] 0.105 0.086 0.054 0.080 0.088
Concerning NC a similar trend seems to hold for the second Fe layer. As can be
seen in Figure 2, the magnetic moment is lowest for the (100) and (110) surfaces having
a NC of 8. In the case of the (111) and (211), NC is 7. The Fe atom in the second layer
at the (310) surface has the lowest coordination, NC = 6, and as well the highest m.
The results for ∆m13 are also given in Table 1. The increase with respect to the
bulk case is most pronounced for the (310) surface. For the (111) surface, there is a
considerable moment at the 3rd layer iron atom, being 0.30 µB, see as well Figure 2.
The reason for this is the oscillating magnetization density, which is a metallic property,
in combination with the tight stacking of the atoms perpendicular to the surface. The
distance between the first and third layer is only 1.43 A˚. One can see from Figure 2
that considering as well the moments of the 3rd layer Fe atoms generally leads to an
increase of all surface magnetizations with the exception of the (110) case.
While this increase per atom is largest for the (310) surface, the division of ∆m13 by
the surface area Ahkl shows that the magnetization density will be largest at the (100)
facet due to its relatively small size. Thus, we find that the increase in magnetic moments
is strongest at the (100) surface. This suggests in return that naked Fe nanocubes
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Table 2. Coverage values n0 (in atoms per 2×2 surface cell) resulting in the minimum
surface energies γhkl upon H adsorption, the adsorption energy Eads for one H, the
respective adsorption sites, see Figure 1, and the distance d between the hydrides and
the nearest Fe neighbour. The sites hold for n = 1 as well as for n0, the values for d
are for the case of n = n0 and diﬀer from those for n = 1 by maximally 0.05 A˚ due to
diﬀerent magnitudes of relaxation for diﬀerent n.
hkl (100) (110) (111) (211) (310)
n0 4 4 8 4 4
γn0
hkl
[ J/m2] 1.66 0.59 1.54 1.67 1.69
En=1
ads
/ eV -0.40 -0.70 -0.57 -0.55 -0.65
Site H 3f Tsb (Qf) Qt Qt1
d [ A˚] 1.74 1.73 1.63 (1.66) 1.77 1.78
presenting (100) facets, are of favorable shape with a large yield of magnetic moment.
This is because, of all possible Wulff constructions with surface area Ahkl and volume
Vhkl, they represent the one with the highest Ahkl/Vhkl ratio.
3.2. H Adsorption
Table 2 summarizes the adsorption energetics and thermodynamic equilibrium
configurations. One can identify a strong preference for the (110) facet. More details
are given in Ref. [23]. Along with the H adsorption goes a charge transfer away from the
surface Fe atoms of a magnitude between 0.29 and 0.40 e per ligand atom, independent
on the surface and number of adsorbed species. The transfer is more pronounced for
low coverage values and large surface unit cells, as the interaction between the ligands
is small in this case and, thus, the interaction between H and Fe stronger. Generally,
this charge transfer means that all H adsorbed at the surfaces is negatively charged.
The effect of an increasing H coverage value on the magnetization up to the n0 listed
in Table 2 is summarised in Figure 3. It shows a monotonous decrease with growing
0.04
0.06
0.08
0.1
0.12
0.14
m
13
/A
su
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Figure 3. The change of m of the three topmost Fe atoms upon H adsorption up to
the coverage values given in Table 2.
ligand number. The local density of states (LDOS) of one of the topmost Fe atoms
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in case of the bare and the fully H covered (100) surface are compared in Figure 4.
The presence of H shifts the states at the Fermi level EF in the minority spin channel
-4
-3
-2
-1
0
1
2
3
4
D
O
S
[eV
-
1 ]
-7 -6 -5 -4 -3 -2 -1 0 1 2
E - EF [eV]
Fe (bare)
Fe (H)
Fe (Cl)
(100)
Figure 4. The LDOS of the topmost Fe layer per Fe atom for the bare, H-, and Cl
covered (100) surface. Majority spin states are in the upper panel, minority states
in the lower one. The adsorption conﬁgurations of the minimum surface energy have
been chosen.
below EF . This hints to a strong interaction between the H s and the Fe d electrons, as
confirmed by Figure 5 showing that the hybridization between the Fe d states around
6 eV below EF and the H electrons is large, as both peaks have similar magnitudes. As
a consequence the unoccupied states in the minority spin channel of the bare surface
are pushed below EF and become partially occupied, which is shown in Figure 4.
At first sight, the decrease of m at the surface seems to be in contradiction to
observations of H adsorption on thin films [38, 39] and iron clusters, [40] where an
increase of the magnetization was found. This discrepancy, however, can be explained.
Firstly, our slab approach, with a large number of MLs, would not be appropriate to
describe the experimental samples of both very thin films (2 ML in Reference [39]) and
nano clusters. [40] Secondly, the films were deposited on glass [38] or copper. [39] Charge
transfer can occur especially between the copper and the iron and may, thus, strongly
influence the magnetic properties of the Fe film. Third, the structure of the films was
polymorph [38] or fcc. [39] Our disagreement with a bond order - rigid band model,
which was used to explained the above experimental observations, is most likely due to
the assumption of a bulk-like magnetic structure for clusters and surfaces. [41] As found
and demonstrated in Figure 2, this is not valid.
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Figure 5. The DOS per atom at a H ligand and at a topmost surface Fe atom.
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Table 3. The respective Cl coverage values n0 (in atoms per 2×2 surface cell) leading
to the lowest surface energy values, the respective surface energies γhkl, the adsorption
energy Eads for one adsorbed Cl, and the adsorption sites of one Cl atom (and, if being
diﬀerent, of the respective minimum conﬁgurations).
hkl (100) (110) (111) (211) (310)
n0 2 2 4 2 4
γn0
hkl
[ J/m2] 0.98 0.92 0.84 1.19 0.78
En=1
ads
/ eV -1.46 -1.67 -1.62 -1.69 -1.74
Site H (B) Lb T2 Sb Qt1
The linear dependence of the magnetization on the number of ligand hydrides, see
Figure 3, suggests that the ligands themselves do not interact significantly with each
other. For the (111) surface, the reduced slope at more than 4 ligands is caused by,
on one side, the high concentration of H leading to electronic interaction between them
and, thus, to a weakening of the coupling to the surface. On the other side, the fact
that the four H atoms at the Qf site are closer to the Fe surface and, in fact, to the Fe
atoms in the second ML than to those in the first ML, [23] plays a role. The electronic
interaction of these H with the second ML will be stronger than that with the first
ML. Since this interaction weakens m, ∆m13 will be smaller for the H closer to the less
magnetic second ML of Fe.
The lowering effect of H ligands on the surface magnetization can, however, not
fully explain the experimental observations mentioned above, [7,19] because the surface
magnetization at each surface still exceeds the bulk value, as shown in Figure 3. Since
it was shown that diffusion of H atoms from the surface into the bulk is likely to occur
at certain surfaces [31] we have as well tested configurations containing additional H
atoms. Indeed we find that 1 H atom at the tetragonal subsurface site below the
(100) surface [31] decreases the magnetization more strongly than a H ligand at the
surface. For the ratio ∆m13/A we obtain 0.102 µB/A˚
2, which is around 10 % lower than
the value of 0.111 µB/A˚
2 for 1 H ligand, see Figure 3. Adding further subsurface H
atoms, however, does not lead to a reduction of ∆m13 to negative values. For example,
assuming 4 ligands H and 4 subsurface H, results in 0.072 µB/A˚
2 for ∆m13/A, which
is of the same order as the value for 4 ligands, namely 0.068 µB/A˚
2, representing the
minimum surface energy. Note that the configuration with 4 ligands and 4 subsurface
H atoms is thermodynamically not stable.
3.3. Cl Adsorption
Table 3 shows that chlorine atoms are likely to adsorb on iron as the listed γhkl are
significantly lower than those of the bare surfaces. The respective adsorption sites at
each surface are, together with the respective n0, listed underneath the γhkl.
The magnetic effects of the chlorine adsorption, up to the minimum surface energy
coverage as listed in Table 3, are summarised in Figure 6. It shows that Cl adsorption
Magnetic Properties of bcc Iron Surfaces 11
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Figure 6. Magnetic moment of the three top Fe atoms, with respect to the bulk value,
upon Cl adsorption up to the coverage values given in Table 3.
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Figure 7. The LDOS of Cl and the topmost Fe atom of the (100) surface with two
Cl atoms adsorbed.
has only a very weak effect on the surface magnetism. This is surprising since there is
again a charge transfer away from the surface to the Cl ligands, as the negative charge
per Cl ligand is between 0.50 e and 0.63 e for all surfaces. The minimum value holds for
the case of 2 ligands at the (110) surface, the maximum for n = 1 in the (100) case. The
ionic character is generally more pronounced for low coverage values and large surface
unit cells, as the interaction between the ligands is small in that case. Due to the larger
charge transfer one might expect an even stronger reduction of m compared to the case
of Hydrogen adsorption.
The relative independence of the magnetization on the number of ligands can be
explained by looking at the characteristics of the LDOS of the topmost Fe layer in the
case of 2 Cl atoms adsorbed on the (100) surface in Figures 4 and 7. The discussed
characteristics are also valid for the other surfaces. Obviously, hybridization between
the Cl and the top Fe states occurs, to small extends, only in the majority channel,
as can be seen in Figure 7. This is most likely caused by the large distance between
the Fe and Cl atoms of more than 2.3 A˚ at all surfaces and, thus, being at least more
than 0.5 A˚ greater than that between the Fe and H atoms. The hybridization causes
the majority states to be slightly pushed up in energy. Together with the withdrawal of
electrons from the Fe towards the Cl, this lets both minority as well as majority states
become unoccupied, see Figure 4, resulting in the weak change of magnetization.
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Figure 8. Magnetic moment of the three top Fe atoms upon HCl adsorption, with
respect to the bulk value, up to the coverage values given in Table 4.
3.4. HCl Adsorption
Table 4 summarizes the calculations on the minimum energy configuration for all five
surfaces. It shows that the respective minimum surface energies γn0hkl are well below
Table 4. HCl minimum surface energy coverage values n0 (in molecules per 2 × 2
surface cell), the respective minimum surface energy γn0
hkl
, the adsorption energy of
one dissociated HCl, and the respective adsorption sites in the form X-Y with X (Y )
being the site of H (Cl).
hkl (100) (110) (111) (211) (310)
n0 2 2 3 2 3
γn0
hkl
[ J/m2] 0.72 0.74 1.11 0.80 0.85
En=1
ads
/ eV -1.92 -2.18 -2.18 -2.25 -2.38
Site (n = 1) H-B 3f-Lb Tsb-T2 Qt-Sb Qt1-Qt1
dn=1 [ A˚] 1.72-2.35 1.75-2.33 1.63-2.33 1.77-2.29 1.80-2.34
those of the bare surfaces. It can as well be seen, that again, the size of the surface unit
cell has an influence on n0. Note that all the distances given in Table 4 agree very well
with those of the single H and Cl ligands given in Tables 2 and 3.
For the case of the (111) surface and n = n0 = 3, the Cl atoms adsorb at T2 with a
slight horizontal offset towards T3. Two of the H atoms adsorb at Qt, one approximately
at Qf. Due to the limited space available, however, they do not reside on top of the
surface but have diffused into the region between the first and second ML of Fe. A
similar rearrangement is observed for the (310) surface. Figure 8 shows the effect of
the HCl adsorption onto the magnetization. One clearly sees a monotonous reduction
with growing ligand adsorption for all surfaces. This is well explained as the sum of the
changes of the individual adsorption species as shown in Figures 6 and 3. The increase
in the (111) case, when going from two to three ligands, is similar to the adsorption
of more than 4 H, as discussed above, and can be explained analogously. It is caused
by the already mentioned changing position of the H atoms. In case of n = 3 they
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Table 5. The minimum surface energy coverage values n0 of NH3 (in molecules per
2× 2 surface cell), the respective minimum surface energy γn0
hkl
, the adsorption energy
of one molecule, the preferred adsorption sites, and the distance between the N and
the topmost Fe atom in case of 1 ligand only (in case of n = n0 the increase in d is of
maximal 0.03 A˚.
hkl (100) (110) (111) (211) (310)
n0 2 1 2 2 2
γn0
hkl
[ J/m2] 2.13 2.05 2.09 2.08 1.94
En=1
ads
/ eV -0.53 -0.51 -0.85 -0.74 -0.74
Site T T T1 T T1
dn=1 [ A˚] 2.16 2.14 2.11 2.11 2.14
are located between the first and second ML of Fe. Their interaction with the strongly
magnetic first ML, thus, becomes weaker, whereas a possible growing reduction of the
only slightly enhanced m in the second ML will not have as strong an effect, see as well
Figure 2.
Since the effect of the HCl adsorption at the Fe surfaces can be regarded as a
superposition of the individual ligands, the absolute magnitude of the reduction of m
is similar to that of pure H. This is because Cl adsorption does not alter the surface
magnetization significantly, as discussed above. As Figure 8 shows, m is reduced as well,
but not below the bulk value.
3.5. NH3 and NH4Cl
Although ammonia will adsorb only very weakly on iron surfaces during common
synthesis conditions, the adsorption energy of NH3 on the Fe surfaces ranges from -
0.51 to -0.85 eV, indicating a preference for adsorption. [23] Thus, at low temperatures
Fe NP may be covered by a significant amount of NH3. The resulting impact of this is
depicted in Figure 9. It shows a slight decrease for the (100), (110), and (211) facets,
0.04
0.06
0.08
0.1
0.12
0.14
m
13
/A
su
rf
[
B
/A
2 ]
0 1 2 3 4
No. of NH3 molecules
(100)
(110)
(111)
(211)
(310)
Figure 9. Magnetic moment of the three top Fe atoms upon NH3 adsorption, with
respect to the bulk value, up to the coverage values given in Table 4.
whereas for the (111) and (310) surfaces the magnetization remains rather constant.
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The reason for these varying behaviours may be the different distributions of m at the
bare surfaces. For the (111) and (310) cases the part of the moment below the first
layer is considerably larger than in the cases of the (100), (110), and (211) facets, see
Figure 2. As these lower regions interact only little with the adsorbed NH3 due to the
distance and the covalent character of the bond, the reducing effect of the adsorbates is
weakened.
In any case, one can say that even if NH3 may adsorb at Fe NP at low temperatures,
the effect onto the NP surface magnetization will be very small.
Regarding the NH4Cl compound, we found that its dissociation into NH3 and HCl
and the adsorption of NH3, H, and Cl is energetically more favorable than the adsorption
of the whole compound. [23] Considering the above mentioned weak adsorption of NH3
one can assume that the presence of ammonium molecules has the same effects on the
surface magnetization as the presence of HCl, which was already discussed above.
3.6. CH3COOH
As in the case of HCl we found the configuration with separately adsorbed hydride
and acetate to be the most stable one for all configurations. The CH3COO
− adsorbs
with its two O atoms on the surface, where the two O are located between two nearest
neighbour Fe atoms in the upper most surface layer. The exact position of each O
depends on the geometry of the specific surface. It is mainly influenced by the Coulomb
repulsion between the H and the O, which tends to maximize the distance between the
two ligands. [23] The H adsorption site corresponds exactly to that of the HCl case as
given in Table 4 for n = 1.
Table 6 summarizes the adsorption energetics. One can see that the surface energies
Table 6. CH3COOH adsorption: the minimum surface energy coverage values n0 (in
molecules per 2× 2 surface cell), the corresponding γn0
hkl
, the adsorption energy of one
dissociated molecule, and the shortest distance d(O −H) between an oxygen and the
dissociated hydrogen.
hkl (100) (110) (111) (211) (310)
n0 2 1 2 2 2
γn0
hkl
[ J/m2] 0.98 1.46 1.61 1.20 1.31
Eads [ eV] -1.73 -1.36 -1.97 -1.87 -2.14
d(O −H) [ A˚] 2.98 2.61 3.29 3.30 3.55
strongly depend on the distance between the adsorbed acetate and hydride. Eads is most
pronounced for the (310) surface where d(O −H) is largest. Contrary, it is weakest for
the smallest distance in the (110) case. Due to the large volume of the acetate the
coverage values leading to the lowest surface energies, n0, are two, with the exception
of the (110) case, where n0 = 1 holds.
The effect on the surface magnetism is shown in Figure 10. The qualitative change
is comparable to the HCl case, however, the magnitude is considerably smaller. As
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Figure 10. Magnetic moment of the three top Fe atoms upon HCl adsorption, with
respect to the bulk value, up to the coverage values given in Table 4.
the behavior of the magnetization in the case of HCl could be well explained by a
superposition of the isolated H and Cl, with H being responsible for the net reduction,
this seems to be as well the case for the CH3COOH adsorption. At the same time the
quantitatively smaller effect hints to an weakened coupling between the H and the Fe
atoms, which is probably caused by the larger concentration of ligand atoms at the
surface.
4. Summary and Conclusions
We have investigated the surface magnetism of five different iron surfaces of low surface
energy and its behavior upon the adsorption of H, Cl, HCl, CH3COOH, NH3, and NH4Cl.
For the bare surfaces we found that the (100) facet has the highest m per surface area.
Upon H adsorption, the magnetization of all surfaces is lowered proportionally to the
number of adsorbed ligands. The highest resultingm per area in the case of the minimum
surface energy is then found at the (310) facet, which is nevertheless only slightly above
that of the (100) facet. In the case of Cl adsorption we have found that the surface
magnetization of all surfaces is altered only very slightly, leaving the (100) surface with
the highest m/A ratio. If HCl is adsorbed, it is dissociated and the H and the Cl adsorb
separately as single ligands. Their effect on m can be described as a superposition of
that of the single isolated H and Cl adsorbates. As the number of possible H ligands
is smaller than in the case of pure H adsorption, which is due to the presence of Cl,
the (100) surface remains the one with the highest m per area at the minimum surface
energy configuration. The adsorption of NH3 does not lead to significant energy gain
and will, therefore, not affect the magnetization in experiments. NH4Cl dissociates into
NH3, and H, and Cl and will, thus, affect the surface magnetization in an alike manner
as HCl.
Thus, we conclude that cubic Fe NP, as found and synthesized in previous
experiments, should show improved magnetic properties compared to those of other
morphology, as their m is generally most strongly increased. Experimental findings
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of Fe NP with average magnetizations below the Fe bulk value, however, can not
be explained by assuming adsorption of the within this work investigated species on
infinitely extended surfaces, as all surfaces with ligands still have improved m at the
surface. Assuming H atoms underneath the surface does not alter this result. The reason
for the discrepancy between theoretical and experimental findings may, thus, be other
ligands not considered in the present work, or possible effects that are neglected in our
approach, for example by assuming T = 0 K, not considering non-collinear magnetism
and, thus, possible spin reorientation processes due to surface stress changes, [42], or
assuming infinitely extended surfaces.
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